Concise Review: Fabrication, Customization, and Application of Cell Mimicking Microparticles in Stem Cell Science

Nicholas R. Labriola,a, Aharon Azagury,b Robert Gutiérrez,a Edith Mathiowitz,a,b,c Eric M. Darling,a,b,c,d

Key Words. Cellular therapy • Microenvironment • Reprogramming • Stem-cell microenvironment interactions • Tissue regeneration • In vivo tracking • Flow cytometry • Drug target

ABSTRACT

Stem and non-stem cell behavior is heavily influenced by the surrounding microenvironment, which includes other cells, matrix, and potentially biomaterials. Researchers have been successful in developing scaffolds and encapsulation techniques to provide stem cells with mechanical, topographical, and chemical cues to selectively direct them toward a desired differentiation pathway. However, most of these systems fail to present truly physiological replications of the in vivo microenvironments that stem cells are typically exposed to in tissues. Thus, cell mimicking microparticles (CMMPs) have been developed to more accurately recapitulate the properties of surrounding cells while still offering ways to tailor what stimuli are presented. This nascent field holds the promise of reducing, or even eliminating, the need for live cells in select, regenerative medicine therapies, and diagnostic applications. Recent, CMMP-based studies show great promise for the technology, yet only reproduce a small subset of cellular characteristics from among those possible: size, morphology, topography, mechanical properties, surface molecules, and tailored chemical release to name the most prominent. This Review summarizes the strengths, weaknesses, and ideal applications of micro/nanoparticle fabrication and customization methods relevant to cell mimicking and provides an outlook on the future of this technology. Moving forward, researchers should seek to combine multiple techniques to yield CMMPs that replicate as many cellular characteristics as possible, with an emphasis on those that most strongly influence the desired therapeutic effects. The level of flexibility in customizing CMMP properties allows them to substitute for cells in a variety of regenerative medicine, drug delivery, and diagnostic systems. STEM CELLS TRANSLATIONAL MEDICINE 2018;7:232–240

SIGNIFICANCE STATEMENT

This article discusses the various fabrication and customization methodologies capable of producing cell mimicking microparticles (CMMPs), as well as which of these techniques is optimal for particular applications or compatible with specific materials. Current and potential applications in tissue engineering/regenerative medicine, drug delivery, and diagnostic tools are described. Also included are expected timelines as to when such applications are likely to be adopted and suggestions on where future development of this technology should be focused for producing more accurate cell mimics. Readers should be able to easily identify the pros and cons of the various fabrication procedures as they relate to different applications, as well as how the customization methods can enhance CMMP-based experiments or therapies.

INTRODUCTION

Microparticles have long been used in research and clinical applications. Recently, research has focused on creating microparticles that resemble aspects of living cells, termed cell mimicking microparticles (CMMPs), to improve their performance in regenerative medicine, drug delivery, and basic research systems. CMMPs have been fabricated to mimic the mechanical, topographical, and morphological characteristics of cells, and can be further modified to recapitulate the surface coatings of cells or their release of biological compounds. These types of particles can serve as scaffolds and stimulants for use in three-dimensional (3D) culture systems, enabling increased control and directivity over stem cell
of living cells, with special attention to their stem cell-related design, fabrication, and use of particles that mimic the properties can improve tissue-specific targeting and penetration of micro-to-
cations such as surface coating and mechanical property tuning
cations of CMMPs extend well beyond regenerative medicine and
cell behavior and lineage-specific differentiation responses. Appli-
cations in the context of cell mimicking strategies.

While two-dimensional (2D) mimicking strategies have had suc-
cess [1, 2], tissue constructs organized as a 3D structure allow for
more cell-cell contacts compared with monolayer culture, provid-
special advantages when using compliant materials that are
known to influence stem cell differentiation [3–7]. Although sev-
eral studies have used microparticles to investigate stem cell dif-
ferentiation in 3D [8–13], their performance and integration with
cultured constructs could be further improved by mimicking aspects of living cells. CMMPs are designed to simulate cell char-
acteristics such as surface proteins, mechanical properties, mor-
phology, size, and/or secreted factors, eliciting tissue regeneration responses similar to live-cell therapies [8, 13–17]. CMMPs with
these characteristics have the potential to incorporate into 3D
microtissue constructs, influence multi-cellular organization, and alter gene and protein expression to achieve moderate control
of cell behavior and lineage-specific differentiation responses. Applica-
tions of CMMPs extend well beyond regenerative medicine and
include drug delivery and diagnostic systems as well. Some modifi-
cations such as surface coating and mechanical property tuning
can improve tissue-specific targeting and penetration of micro-to-
nano-sized particles into tissues or cells for enhanced drug deliv-
ery or screening. More generally, CMMPs lend themselves to use
as calibration and test particles in devices that manipulate, charac-
terize, retain, or pass-through cells, as they more accurately repli-
cate cellular adhesive and deformation behavior compared with
unmodified, rigid particles.

While the subject of microparticles has been extensively
reviewed elsewhere with regard to drug delivery and tissue engi-
eering applications [18–20], this Concise Review will focus on the
design, fabrication, and use of particles that mimic the properties
of living cells, with special attention to their stem cell-related
applications. To begin, a brief summary of CMMP history is pro-
vided, highlighting their more general applications in the field of
regenerative medicine. Additional details include the applicable
fabrication and customization techniques used prominently by
researchers, as well as how these modifications lend themselves
to regenerative medicine, drug delivery, and diagnostic applica-
tions in the context of cell mimicking strategies.

CURRENT AND POTENTIAL APPLICATIONS OF CMMPs

CMMPs can serve as tools for regenerative medicine/tissue engi-
eering therapies, enhancing drug delivery, monitoring intratissue
stresses and strains, and elucidating the behavior of cells in flow-
based devices. These effects and capabilities are driven by the cell
mimicking nature of the particles—in some cases this means pres-
ting bioactive molecules to the local environment and in others adapting deformability characteristics similar to living cells.
As a nascent offshoot of the more established field of biomimicry,
the extent to which CMMPs can be applied is yet to be determined.

Regenerative Medicine

CMMPs have been proposed for diverse applications in regenera-
tive medicine, including use as a means of alleviating hypoxia and
improving homogeneity by improving the diffusion of gases and
soluble growth factors, respectively, as a local microenvironment
sensor, and as a unique scaffold to provide structural support with
tethered bioactive molecules, soluble factors, and/or specific
mechanical cues to neighboring cells to encourage processes like
vascularization and stem cell differentiation [21, 22]. Studies
focused on mimicking the surface characteristics of specific cell
types to elicit regenerative responses have coated poly(lactic-co-
glycolic acid) (PLGA) nanoparticles with cell membranes extracted
from red blood cells [23, 24], platelets [25], bone marrow stem
cells and smooth muscle cells [26], leukocytes [27], and even can-
cer cells [28] (Fig. 1). Building from this work, a recent article by
Tang et al. described their success mimicking the surface proteins
and secretome of cardiac stem cells by attaching portions of their
plasma membranes to PLGA microparticles, as well as incorporat-
cell secreted proteins into the polymer network during the
fabrication process [17]. This work revealed that CMMPs replicat-
ing just these two aspects of cardiac stem cells can yield tissue
regeneration responses similar to living cardiac stem cells used to
repair damage due to myocardial infarction.

Microparticles in general have been used to address key
issues of 3D tissue constructs, such as limited diffusion caused by
the lack of vasculature and formation of gap junctions at cell-cell
contacts—an issue that can complicate the delivery of oxygen,
nutrients, and chemical induction factors through the extracellular
space of these constructs [8, 13]. Integrating cell-sized and larger
particles, while not truly cell mimicking, can prevent gap junction
formation and allow waste and nutrients to diffuse more easily
through the entire construct. Another issue with 3D constructs is
the observed radial heterogeneity in stem cell differentiation
response, where osteogenesis occurs more readily in the center
and outskirts of stem cell spheroids while most adipogenic differ-
entiation has been reported just under the surface [3]. Incorporat-
ing microparticles into stem cell spheroids can result in more
homogeneous differentiation responses throughout microtissue
constructs [8]. Microparticles have also been doped with growth
factors or drugs to controllably deliver these factors to stem cells
that would otherwise be more isolated deep within the microtis-
ues [10, 29]. Loading microparticles with this kind of cargo
yielded improved differentiation responses and regenerative
capacities compared with blank microparticles by providing more
direct delivery of soluble factors [30–32]. Although drug-doped
microparticles have demonstrated great promise, there remains
the possibility of microparticles being sensed as foreign, in which
case it may be advantageous to mimic the characteristics of neigh-
boring cells to limit fibrous encapsulation and maintain the free
release of loaded cargo.

Generally, researchers have been able to direct cell behavior
directly influence the behavior and biology of local environments.
From a practical perspective, CMMPs are also compatible with flu-
orescent stains, making them an incredibly versatile tool for tissue
engineering applications and general research [16]. CMMPs can be
loaded with drugs or therapeutics and tuned to have specific
Figure 1. Membrane cloaking/ghosting/camouflage of polymer particles. NPs have been coated with (A) RBCs membranes to extend circulation time in the body (adapted from [23]) and (B) cancer cell membranes to both increase antigen delivery to dendritic cells and target source cancer cells (adapted from [28]). (C): SEM image of unmodified nanoparticle, leukocyte, and nanoparticle camouflaged with leukocyte membrane (adapted from [27]). This coating can be used to extend circulation time by avoiding uptake by the phagocyte system. Scale bar = 1 μm. (D): MPs (red) can also be cloaked with membrane fragments (adapted from [17]). Green fluorescent DiO-labeled CSCs are used to form the layered CMMP (red particle with green coat). Scale bar, 20 μm. SEM of control MP and cloaked CMMP showing the presence of CSC membrane fragments. Scale bar, 10 μm. Adapted and reproduced with permission. Abbreviations: CMMPs, cell mimicking microparticles; CSCs, cardiac stem cells; MPs, microparticles; NPs, nanoparticles; RBCs, red blood cells.
release profiles for administering treatments to damaged or diseased tissues via diffusion, post integration [15, 43, 44]. Compared with bulk biomaterials that encapsulate cells or rely on their infiltration into pores, neotissues composed of cells and CMMPs allow for more natural formation of cell-cell and cell-CMMP contacts, making cell arrangement and interaction more dynamic than traditional scaffolds [16]. Recent innovations have allowed for the creation of CMMPs that can mimic the size and mechanical properties of stem cells for incorporation into self-assembled cell spheroids [16], as well as the size, shape, and stiffness of red blood cells to investigate how these properties influence movement through capillary-like channels [40, 43, 45]. Although early CMMPs have shown great promise for improving tissue-based therapies, their efficacy can potentially be enhanced by combining surface coatings, mechanics, drug loading, and morphological control of the particles.

Drug Delivery

Micro- and nano-sized particles have long been the primary approach for drug and gene delivery purposes [46], although only recently have properties such as complex surface coatings and mechanical properties been taken into consideration for improving aspects such as tissue-specific accumulation and circulation time. By loading microparticles with biological compounds, these systems can mimic the release profiles of cells and organs, although they lack the feedback mechanisms that living cells possess [15, 44]. The characteristics of the particles are integral to how an organism interacts with them. Particle size and morphology also play important roles in their tissue distribution [47]. For example, the number of spherical particles in a given tissue/organ will decrease monotonically as size increases; however, a disproportionate fraction of particles will always accumulate in the reticuloendothelial system organs [48, 49]. Discoidal particles have been observed to accumulate in most tissues to a greater extent than spherically, quasi-hemispherically, or cylindrically shaped particles. Also in regard to intracellular delivery, rod shaped particles have been reported to undergo increased phagocytosis when compared with spherical microparticles [50]. These alternative shapes are particularly relevant to CMMPs that replicate unique cell types like discoidal red blood cells. Particle size is also integrally related to the loading and encapsulation efficiency of drugs, with larger particles correlated with greater efficiency. As with any other particle-based drug delivery approach, chemically loaded CMMPs would typically exhibit a burst release of their cargo [51], although material and processing modifications can ameliorate this effect to achieve more controlled/sustained release [52]. The strategies currently used to accumulate drug delivering microparticles in a specific organ or area can also be applied to CMMPs [53]. These types of drug delivery systems are often intended for use in cancer treatment and target the diseased tissues through an enhanced permeability and retention effect, mainly through size-based mechanisms [54, 55]. The integration of various ligands on the surface of microparticles is another means of accomplishing targeted delivery and has been demonstrated with $\alpha_v\beta_3/\alpha_v\beta_5$ integrin-binding RGD peptides [56], as well as alendronate and aspartic acid peptides [57]. Another key component to consider for CMMP-based, drug delivery applications is circulation time. Researchers have been able to increase the circulation time of both polymeric and liposomal microparticles by adding polyethylene glycol (PEG) to the surface or altering the mechanical properties and size of the particles. The former approach is so widely used that it even has its own term: PEGylation [58]. The enhanced retention/circulation time is attributed to the fact that PEGylation reduces renal clearance [59], which in turn may affect cellular uptake and intracellular trafficking [60]. As this field continues to develop and innovate, researchers striving to increase circulation time by mimicking other circulatory cells will need to incorporate important features such as highly compliant mechanical properties and coatings that disguise particles as native cell types.

Diagnostic Tools

Potential applications of CMMPs extend well beyond regenerative medicine and drug delivery to use as calibration or test particles for flow cytometry and microfluidic devices, force measurement probes, and tools for toxicology screening, among other possibilities. Any system that involves cells could substitute CMMPs for preliminary testing purposes. Particle sizers, automated cell counters, flow cytometry, and fluorescence activated cell sorting (FACS) are common techniques used to analyze or sort cell populations through the detection of fluorescence or light scattering to determine either the presence of specific proteins/genes or the size and complexity of the cell/particle passing through an interrogation point [61]. These devices are a regular tool for the assessment of stem and other cell types. However, the polystyrene and latex particles used to calibrate these systems exhibit mechanical moduli 5–6 orders of magnitude higher than those of living cells, resulting in substantially different deformation behavior when flowing at high speeds in small channels [62, 63]. Mechanically matched CMMPs should behave more similarly to cells in regard to their locations in streamlines, deformation/elongation, and rotation in flow. These highly compliant particles should vastly improve the utility of forward and side scatter (FSC and SSC) measurements, providing a more accurate assessment of cell size in these ubiquitous devices. More generally, use of CMMPs as a stable, off-the-shelf substitute for cells in product testing could potentially save researchers (and companies) significant time and money normally devoted to maintaining and handling biohazardous cell cultures. Although CMMPs with stable, physiologically relevant, mechanical properties have been produced successfully [16], none to date have been fabricated in ways that incorporate internalized structures with the purpose of matching light diffraction caused by the cytoplasmic contents of living cells.

Microfluidic devices are another tool being developed to characterize and/or sort cells for high-throughput assessment of cell populations or the detection of rare cell types [64–66]. Such devices have potential applications in cancer/rare cell diagnostics, general research purposes, and cell-based medicine. The phenotype of cells has been recognized as a powerful biomarker that correlates with the metastatic potential of cancer cells [67] and the lineage-specific differentiation potential of stem cells [68]. As such, microfluidic devices that can characterize and sort cell populations by their mechanical properties can be used for cancer diagnostics or to isolate subpopulations of stem cells with the greatest potential for the desired tissue type, potentially resulting in major improvements to current tissue engineering techniques that use more heterogeneous cell populations. Similarly to flow cytometry or FACS, calibration particles that more closely resemble the characteristics of cells would provide obvious advantages over nondeformable particles for modeling cellular behavior in these types of flow fields. CMMPs could substitute for cells during pilot work, optimization of flow rates, and
on the known mechanical properties of the CMMPs and their defor-

doses or release profiles. This technique provides advantages over

gradable materials to minimize potential changes in mechanical

forces, making simple, spherical

other mechanical characterizing techniques such as atomic force

meters. Such a tool can allow for researchers to probe changes

from an original, spherical shape. (B): These two montages of

are stained with 4',6-diamidino-2-phenylindole (DAPI) and Alexa Fluor 488 phalloidin, respectively. Magnification: \( \times 40 \).

determination of device accuracy and precision. Particles used for

purpose should be very stable and thus should not use biode-
gradable materials to minimize potential changes in mechanical

properties and size.

Previous research by Labriola et al. has demonstrated that

hyper-compliant CMMPs (<1 kPa) deform substantially within

microtissue constructs in response to the contractile forces of sur-
rrounding cells (Fig. 2A) [16]. Since the material properties of

CMMPs can be tightly controlled, it is feasible for them to be used

as a tool for measuring intratissue forces that cells exert within 3D

constructs. Such a tool can allow for researchers to probe changes in

contractile forces generated by cells within microtissues result-
ing from changes in the lineage commitment of stem cells, cell-

static potential of cancer cells, or changes in cadherin/integrin

binding and cytoskeletal structures resulting from drug treat-

ments. Not only would this technique provide force measure-

ments from within complex microtissues, an advantage over

other mechanical characterizing techniques such as atomic force

microscopy, but these measurements could also be obtained from

fluorescent images without the use of more expensive and com-

plicated equipment. Complex morphologies would likely compi-
culate the calculation of these forces, making simple, spherical

particles advantageous for this type of application.

Additionally, CMMPs may be used as a tool for toxicology

screening. CMMPs can be theoretically loaded with a drug of

interest and delivered into microtissue constructs to test various
doses or release profiles. This technique provides advantages over

traditional toxicology experiments that use 2D culture systems or

rely on diffusion of drugs/soluble factors through 3D tissue con-

structs by providing a high throughput platform that can provide

more information on the localized effects of the cargo within the

more physiologically relevant 3D microtissue constructs [3, 69].

Furthermore, the CMMPs can be fabricated to mimic smaller

structures, such as bacterium or other pathogens, to study

phagocytic uptake by cells or macrophages to determine the

effects of drugs when delivered directly to the cytosol.

**FABRICATION METHODS**

A variety of fabrication methodologies exist for producing micro-

particles, and hence CMMPs, each with their own advantages and

limitations (Table 1). Most of these fabrication techniques use

polymers or fatty acids/amphiphilic materials (e.g., liposomes) to

produce either homogenous spheres or core-shell structured

microcapsules, respectively [70]. Self-assembly and phase separa-
tion are the driving mechanisms for many of these methods,

including: solvent evaporation, emulsion polymerization and in

situ/interfacial polymerization, salting-out, and phase inversion

nanoencapsulation [71–74]. Highly monodisperse particles with

custom-designed morphologies can be produced using Particle

Replication In Non-wetting Templates (PRINT); however, templates

need to be entirely redesigned to produce particles of different

morphology or size, which can be expensive and time consuming

[75, 76]. Another fabrication technique that allows for morpholo-

gical control is layer-by-layer (LBL) deposition. This method involves

depositing layers of a selected material on template seed particles

that possess the desired morphology to produce shells that main-
tain the original, irregular shape [77, 78]. Once shell particles are

obtained they can be porated and infiltrated with hydrogels to

alter the material of the microparticles [79]. Microfluidic/capillary-

based approaches can form highly monodisperse populations of

microparticles but are less high-throughput by the nature of their

setups [80, 81]. Beyond these general methodologies, there are

also preparation techniques and self-assembly driven systems spe-
cific to liposomes that produce microparticles through: mechani-

cal agitation (e.g., sonication, vortexing, micro fluidizers, French

press, etc.), solvent replacement, detergent removal, size transfor-
mation, and fusion [82–86]. Emulsion droplet size is controlled,

most simply, by adjusting the level of mechanical agitation during

production or through filtering once the particles are formed.

**MATERIAL CONSIDERATIONS**

Multiple types of synthetic and natural materials have been used
to generate CMMPs. A subset of materials fabricated as micropar-

ticles and used with stem cells include: PLGA, agarose, gelatin,

chondroitin sulfate (CS), hyaluronic acid (HA), and polyacrylamide

(PAAm) [8, 11, 16, 17, 87]. While all of these materials can be fab-

ricated in ways that replicate cell properties in regard to size, pro-
tein coating, and topography, only a few are suitable for achieving

physiologically relevant mechanical properties (i.e., Young’s mod-

ulus < 10 kPa). Cell mimicking stiffness has been demonstrated

using CS [88], HA [89], gelatin [90], agarose [91], and PAAm [16],

while materials such as PLGA are orders of magnitude stiffer than

cells, even when hybridized with more compliant materials [92].

Characteristics such as biodegradability and biocompatibility can

be incorporated into all of these materials through chemical modi-

fication or copolymerization; however, the simplicity of these

![Image](https://via.placeholder.com/150)

Figure 2. Cell mimicking microparticles (CMMPs) within self-
assembled, stem cell spheroids can serve as force probes by moni-
toring their shape. (A): These three-dimensional projection images from the Darling Lab at Brown University illustrate how highly com-

pliant, 0.25 kPa CMMPs (red) deform in response to the contractile

and adhesive forces of surrounding cells (green). Theoretically, an

accurate reporting of the in situ stresses could be calculated based

on the known mechanical properties of the CMMPs and their deformation from an original, spherical shape. (B): These two montages of

confocal images (~60 µm thickness, 7 µm steps) demonstrate that both 0.25 kPa (left) and 10 kPa (right) microbeads (red) are

shuttled to the center of cell spheroids when coated in collagen.

Cell nuclei (blue) and actin cytoskeletal structures (green) were

stained with 4',6-diamidino-2-phenylindole (DAPI) and Alexa Fluor 488 phalloidin, respectively. Magnification: \( \times 40 \).
cells/organs, for example, by the addition of tissue-specific membrane receptors \[59, 96\]. In a broader sense, coating with cell material behaves mechanically, if this is a property that is being mimicked.

**CMMP CUSTOMIZATION**

Polymer microparticles can be customized using well-established techniques to more closely mimic additional properties of cells, including: morphology, surface molecules, protein secretions, mechanical properties, and more. Particle morphology modification has recently become significantly easier to achieve. Previously, most (if not all) polymeric particles were spherical in shape since existing production methods typically used self-assembly and colloidal mechanisms, governed by the laws of thermodynamics. Now, the morphology of microparticles can be controlled through techniques that make use of templates, such as PRINT or LBL, through the careful design of microfluidic devices \[80, 93\], or through the physical modification of spherical microparticles produced by other methodologies \[94, 95\].

Surface molecules are a critically important cell characteristic that should be considered for CMMP coatings since they play a primary role in how the particle interacts with biological systems. From a delivery/homing standpoint, coatings can be used to extend circulation time (PEGylation) or allow targeting of specific cells/organs, for example, by the addition of tissue-specific membrane receptors \[59, 96\]. In a broader sense, coating with cell adhesion molecules will allow for a range of CMMP-cell and CMMP-material interactions that would otherwise not occur with an inert polymer \[16\]. Researchers can use this approach to investigate how specific integrins, cadherins, or other binding molecules influence the organization and movement of CMMPs within a cell-dense structure. This could be an important factor for controlling the dispersion of CMMPs in tissues since recent reports show a tendency for collagen-coated PAAm microparticles to aggregate in the center of stem cell spheroids. (Fig. 2B) \[11, 16\]. Alternatively, surface coatings can be passive elements whose function is only triggered by a change in the environment, for example, releasing active enzymes as the sacrificial outer layers degrade \[97\].

Another key characteristic of cells is their mechanical properties. While the vast majority of microparticles are made from rigid materials that are 5–6 orders of magnitude stiffer than a living cell, recent advances have demonstrated that hydrogel materials can be used to fabricate CMMPs exhibiting physiologically relevant sizes and elasticities (5–40 μm, 0.1–5 kPa, respectively), \[16\]. Substrate material stiffness, in both 2D and 3D culture systems, dramatically influences stem cell morphology, mechanical properties, and differentiation response \[36\]. Although adjusting the crosslinking density of a polymer is the most prevalent means of tuning microparticle mechanical properties \[98, 99\], other possibilities exist and are associated with specific fabrication methods. For example, microparticle stiffness can be adjusted for LBL by controlling how many layers are deposited \[100\], and techniques that generate core/shell structures can choose shell materials with defined elastic moduli \[101, 102\]. In general, most of these approaches are limited to use with high-modulus materials outside of the physiologically relevant range. The majority of published studies that modulate microparticle crosslinking do so to control the release rate of encapsulated drugs, rather than mimicking cellular properties \[103\]. In this nascent direction, hydrogel microparticles offer the best range of mechanical properties to achieve accurate mimics. While not compatible with all fabrication techniques, these materials provide unique advantages in the area of biomechanics compared with other, primarily solid materials. Apart from directing cell behavior or altering molecular release kinetics, the mechanical properties of microparticles have

---

**Table 1. Advantages and disadvantages of common microparticle fabrication methods**

| Technique | Pros | Cons |
|-----------|------|------|
| Solvent evaporation | Scalable<br>Easy to use<br>Hydrophobic encapsulation | Uses organic solvents<br>High polydispersity<br>Only spherical particles<br>No hydrophilic encapsulation |
| Emulsion polymerization and in situ/interfacial polymerization | Scalable<br>Easy to use<br>Good compatibility with high compliance materials | Uses organic solvents<br>Medium polydispersity<br>Only spherical particles |
| Salting out | Hydrophobic/hydrophilic encapsulation | Can disturb sensitive biologics<br>High polydispersity<br>Only spherical particles<br>Limited versatility |
| Phase inversion nanoencapsulation | Scalable<br>Easy to use<br>Hydrophilic encapsulation | Uses organic solvents<br>Medium polydispersity<br>Only spherical particles<br>Requires large volumes |
| Particle replication in non-wetting templates (PRINT) | High monodispersity<br>Morphological control<br>High loading/encapsulation efficiencies | Low yields<br>Difficult to scale process<br>Relatively complex |
| Layer-by-layer (LBL) | Morphological control<br>High loading/encapsulation efficiencies<br>Hydrophilic/hydrophobic encapsulation | Low yields<br>Difficult to scale process<br>Relatively complex |
| Micro/capillary fluidics | Easy to use<br>High monodispersity<br>High loading/encapsulation efficiencies | Low yields<br>Only spherical particles |

---

Labriola, Azagury, Gutierrez et al. 237
also been shown to influence their uptake by cells and tissues as well as circulation and clearance time in an organism [104]. Stiffer particles exhibit increased uptake compared with their softer counterparts while the more compliant particles remain in circulation longer.

Through combining the various fabrication methods and customization techniques, ever more accurate CMMPs can be created. Ideally, these particles should be completely biocompatible while also mimicking the morphology and mechanical properties of the cells they are replicating. When needed, CMMPs should be designed to mimic the cellular release of proteins, steroids, growth factors, and other compounds to elicit desired biological responses. Interactions with neighboring cells can be encouraged by incorporating physiologically representative surface coatings and, depending on the specific application, CMMP degradation may be an important design factor to consider. For temporary use in the body, CMMPs should be biodegradable, lessening the chance of a negative, long-term response to any shed materials. Alternatively, use of CMMPs as calibration particles or cell substitutes for testing equipment would favor nondegrading materials that extend shelf-life and ease-of-handling.

Final modifications that can add versatility to CMMPs are fluorescent staining and nanoparticle incorporation. By adding a visual indicator, researchers are better able to track particle movement, interactions with cells, deformation, or assist with detection in various devices such as flow cytometers. Such dyes can be incorporated through covalent bonding, hydrogen bonding, intercalation, and so forth, making them compatible with many different polymer types and fabrication methodologies. Nanoparticle incorporation can serve a variety of purposes, including degradative release of drugs, light refraction, and magnetic control. This type of modification is not compatible with all fabrication approaches since the pre-formed nanoparticles are typically doped in during the formation phase of the microparticles. The ultimate function can be similar to a coated, solid particle; however, there is often more versatility in being able to add a variety of function-specific nanoparticles within a larger CMMP.

CONCLUSION

Although researchers in the nascent CMMP field have successfully mimicked a subset of cellular properties, they have yet to combine these characteristics in ways that produce CMMPs that can truly substitute for cells. By incorporating surface modifications, nanoscale topographies, bulk mechanical properties, and size restriction, CMMPs can be optimized for use in regenerative medicine or as replicas that can calibrate devices, deliver drugs, and measure forces. In vitro applications provide ample opportunity for the immediate use and study of CMMPs. Likewise, these novel particles can be used for early testing and troubleshooting of devices that normally would require biohazardous, live cells. CMMPs can also offer a new tool for basic research involving toxicology screening, drug/growth factor delivery, and force measurements within 3D microtissues. These applications would likely be early to mid-stage applications as they still involve in vitro experiments but seek to answer more complex mechanistic research questions. Late-stage uses of CMMPs would include more in vivo and clinical applications such as the delivery of drugs, growth factors, or topographical and mechanical signals to tissues within the body, or implanting microtissue constructs of stem cells whose fate has been optimally directed with the use of such particles. These types of applications will likely be implemented last as they will require the most accurate cell mimics to reduce immune responses, improve tissue integration, provide responsive biological feedback, and truly offer control over cell differentiation, which will require the combination of multiple customization techniques as well as extensive testing to elucidate side effects and obtain proper governmental approvals. CMMPs may be a useful tool for multiple facets of both research and clinical settings, but each specific application will require extensive customization to optimize CMMP performance in these unique systems. Future research should strive to replicate aspects of the cell that have yet to be synthetically recapitulated. Once these cell properties have been individually mimicked by CMMPs, combining the aforementioned fabrication and modification techniques should yield highly accurate, synthetic cell mimics that can be used in place of live cells for regenerative therapies or serve as a versatile research and diagnostic tool.

ACKNOWLEDGMENTS

This work was supported by awards from the National Science Foundation (EMD, CAREER Award, CBET 1253189; EMD, EAGER Award, CBET 1547819), National Institute of Arthritis and Musculoskeletal and Skin Diseases (EMD, R01 AR063642), and National Institute of General Medical Sciences (EMD, P20 GM104937). The content of this article is solely the responsibility of the authors and does not necessarily represent the official views of the National Science Foundation or National Institutes of Health.

AUTHORS CONTRIBUTIONS

N.R.L.: conception and design, literature review, manuscript writing; A.A. and R.G.: literature review, manuscript writing; E.M.: conception and design, financial support, manuscript writing; E.M.D.: conception and design, financial support, manuscript writing, final approval of manuscript.

DISCLOSURE OF POTENTIAL CONFLICTS OF INTEREST

N.R.L. is an employee of MimicSphere, LLC, and has obtained a provisional patent on hypercompliant cell mimicking microparticles. E.M.D. is a founder and stockholder of MimicSphere, LLC, and an inventor of some of the patent-related material presented in this article. The other authors indicated no potential conflicts of interest.

NOTE ADDED IN PROOF

This article was published online on 9 January 2018. Minor edits have been made that do not affect data. This notice is included in the online and print versions to indicate that both have been corrected on 29 January 2018.
REFERENCES

1. Lopez-Fagundo C, Livi LL, Ramchal T et al. A biomimetic synthetic feeder layer supports the proliferation and self-renewal of mouse embryonic stem cells. Acta Biomater 2016;39:55–64.
2. Bruder JM, Monu NC, Harrison MW et al. Fabrication of polymeric replicas of cell surfaces with nanoscale resolution. Langmuir 2006;22:8266–8270.
3. Baranikai PR, McDevitt TC. Scaffold-free culture of mesenchymal stem cell spheroids in suspension preserves multilineage potential. Cell Tissue Res 2012;347:701–711.
4. Cheng NC, Chen SY, Li JR et al. Short-term spheroid formation enhances the regenerative capacity of adipose-derived stem cells by promoting stemness, angiogenesis, and chemotaxis. Stem Cells Translational Medicine 2013;2:584–594.
5. Gao L, McBeath R, Chen CS. Stem cell shape regulates a chondrogenic versus myogenic fate through Rac1 and N-cadherin. Stem Cells 2010;28:564–572.
6. Tang J, Peng R, Ding J. The regulation of stem cell differentiation by cell-cell contact on micropatterned material surfaces. Biomater 2010;31:2470–2476.
7. Marie P, Hay E. Cadherins and Wnt signalling: A functional link controlling bone formation. Bonekey Rep 2013;2:330.
8. Bratt-Leal AM, Carpenedo RL, Ugrin MD et al. Incorporation of biomaterials in multicellular aggregates modulates pluripotent stem cell differentiation. Biomaterials 2011;32:48–56.
9. Baranikai PR, Cooke MT, Saeed R et al. Stiffening of human mesenchymal stem cell spheroid microenvironments induced by incorporation of gelatin microparticles. J Mech Behav Biomed Mater 2012;11:63–71.
10. Bratt-Leal AM, Nguyen AH, Hammersmith KA et al. A microparticle approach to morphogen delivery within pluripotent stem cell aggregates. Biomaterials 2013;34:7277–7285.
11. Goude MC, McDevitt TC, Temenoff JS. Chondroitin sulphate microparticles modulate transforming growth factor-beta1-induced chondrogenesis of human mesenchymal stem cell spheroids. Cells Tissues Organs 2014;199:117–130.
12. Bratt-Leal AM, Carpenedo RL, McDevitt TC. Engineering the embryoid body microenvironment to direct embryonic stem cell differentiation. Biotechnol Prog 2009;25:43–51.
13. Hayashi K, Tabata Y. Preparation of stem cell aggregates with gelatin microspheres to enhance biological functions. Acta Biomater 2011;7:2797–2803.
14. Kishimoto Wilson G, Needham D. A synthetic mimic of the secretory granule for drug delivery. Nature 1998;394:459–462.
15. Stadler B, Price AD, Zelkin AN. A critical look at multilayered polymer capsules in biomedicine: Drug carriers, artificial organelles, and cell mimics. Adv Funct Mater 2011;21:14–28.
16. Labriola NR, Mathiowitz E, Darling EM. Fabricating polycrylamide microbeads by inverse emulsification to mimic the size and elasticity of living cells. Biomater Sci 2017;5:41–45.
17. Tang J, Shen D, Caranasos TG et al. Therapeutic microparticles functionalyzed with biomimetic cell membrane and cell membrane proteome. Nat Commun 2017;8:13724.
18. Lee K, Silva EA, Mooney DJ. Growth factor delivery-based tissue engineering: General approaches and a review of recent developments. J R Soc Interface 2011;8:153–170.
19. Panayim J, Labhasetwar V. Biodegradable nanoparticles for drug and gene delivery to cells and tissues. Adv Drug Deliv Rev 2003;55:329–347.
20. Sokolsky-Papkov M, Agashi K, Olaye A et al. Polymer carriers for drug delivery in tissue engineering. Adv Drug Deliv Rev 2007;59:187–206.
21. Oliveira MB, Mano J. Polymer-based microparticles in tissue regeneration and regenerative medicine. Biotechnol Prog 2011;27:897–912.
22. Ahrens CC, Dong Z, Li W. Engineering cell aggregates through incorporated polymeric microparticles. Acta Biomater 2017;62:64–81.
23. Hu CM, Zhang L, Aryan S et al. Erythrocyte membrane-camouflaged polymeric nanoparticles as a biomimetic delivery platform. Proc Natl Acad Sci USA 2011;108:10980–10985.
24. Luk BT, Hu CM, Fang RH et al. Interfacial interactions between natural RBC membranes and synthetic carbonic anhydrase nanoparticles. Nanoscale 2014;6:2730–2737.
25. Hu CM, Fang RH, Wang KC et al. Nanoparticle biointerface by platelet membrane cloaking. Nature 2015;526:118–121.
26. Toledano Furman NE, Lupu-Habier J, Bronstein T et al. Reconstructed stem cell nanohosts: A natural tumor targeting platform. Nano Lett 2013;13:3248–3255.
27. Parodi A, Quattrocchi N, van de Ven AL et al. Synthetic nanoparticle functionalized with biomimetic leukocyte membranes possess cell-like functionalities. Nat Nanotechnol 2011;6:81–68.
28. Fang RH, Hu CM, Luk BT et al. Cancer cell membrane-coated nanoparticles for anti-cancer vaccination and drug delivery. Nano Lett 2014;14:2181–2188.
29. Lim JJ, Hammoudi TM, Bratt-Leal AM et al. Development of nano- and microscale chondroitin sulfate nanoparticles for controlled growth factor delivery. Acta Biomater 2011;7:986–995.
30. Peter SJ, Lu L, Kim DJ et al. Effects of transforming growth factor beta1 released from biodegradable polymer microparticles on marrow stromal osteoblasts cultured on poly(propylene fumarate) substrates. J Biomed Mater Res 2000;50:452–462.
31. Basmanav FB, Kose GT, Hasirci V. Sequential growth factor delivery from complex microspheres for bone tissue engineering. Biomaterials 2008;29:4195–4204.
32. Park H, Temenoff JS, Tabata Y et al. Injectable biodegradable hydrogel composites for rabbit marrow mesenchymal stem cell and growth factor delivery for cartilage tissue engineering. Biomaterials 2007;28:3217–3227.
33. Dado D, Levenberg S. Cell-scaffold mechanical interplay within engineered tissue. Semin Cell Dev Biol 2009;20:656–664.
34. Dutta RC, Dutta AK. Cell-interactive 3D-scaffold, advances and applications. Biotechnol Adv 2009;27:334–339.
35. Dutta RC, Dutta AK. Comprehension of ECM-cell dynamics: A prerequisite for tissue regeneration. Biotechnol Adv 2010;28:764–769.
36. Engler AJ, Sen S, Sweeney HL et al. Matrix elasticity directs stem cell lineage specification. Cell 2006;126:677–689.
37. Hollister SJ. Porous scaffold design for tissue engineering. Nat Mater 2005;4:518–590.
38. Kamber SG, James R, Nukavarapu SP et al. Electrospun nanofiber scaffolds: Engineering soft tissues. Biomed Mater 2008;3:034002.
39. Parekh SH, Chatterjee K, Lin-Gibson S Jr et al. Modulus-driven differentiation of marrow stromal cells in 3D scaffolds that is independent of myosin-based cytoskeletal tension. Biomaterials 2011;32:2256–2264.
40. Doshi N, Zahr AS, Bhaskar S et al. Red blood cell-mimicking synthetic biomaterial particles, Proc Natl Acad Sci USA 2009;106:21495–21499.
41. Lautscham LA, Lin CY, Auerhemmer V et al. Biomimetic-mimicking lipid bilayer system as a mechanically tunable cell substrate. Biomaterials 2014;35:3198–3207.
42. Yamada M, Hori A, Sugaya S et al. Cell-sized condensed collagen microparticles for preparing microengineered composite spheroids of primary hepatocytes. Lab Chip 2015;15:3941–3951.
43. Kozlovskaya V, Alexander JF, Wang Y et al. Internalization of red blood cell-mimicking hydrogel capsules with pH-triggered shape responses. ACS Nano 2014;8:5725–5737.
44. Han Y, Wei Y, Wang S et al. Cartilage regeneration using adiopose-derived stem cells and the controlled-released hybrid microspheres. Joint Bone Spine 2010;77:27–31.
45. Merkel TJ, Jones SW, Herlihy KP et al. Using mechanobiological mimicry of red blood cells to extend circulation times of hydrogel microparticles. Proc Natl Acad Sci USA 2011;108:586–591.
46. Balmert SC, Little SR. Biomimetic delivery with micro- and nanoparticles. Adv Mater 2012;24:3757–3778.
47. Decuzzi P, Godin B, Tanaka T et al. Size and shape effects in the biodistribution of intravascularly injected particles. J Control Release 2010;141:320–327.
48. Desai MP, Labhasetwar V, Amidon GL et al. Gastrointestinal uptake of biodegradable microparticles: Effect of particle size. Pharm Res 1996;13:1838–1845.
49. Juliano RL, Stamp D. The effect of particle size and charge on the clearance rates of liposomes and liposome encapsulated drugs. Biochem Biophys Res Commun 1975;63:651–658.
50. Champion JA, Mitragoti S. Shape induced inhibition of phagocytosis of polymer particles. Pharm Res 2009;26:244–249.
51. Huang X, Brazel CS. On the importance and mechanisms of burst release in matrix-controlled drug delivery systems. J Control Release 2001;73:121–136.

www.StemCellsTM.com © 2018 The Authors Stem Cells Translational Medicine published by Wiley Periodicals, Inc. on behalf of AlphaMed Press
delivery systems. Colloids Surf B Biointerfaces 2010;75:1–18.
51 Allmann E, Leroux JC, Gurny R et al. In vitro extended-release properties of drug-loaded poly(DL-actic-acid) nanoparticles produced by a salting-out technique. Pharm Res 1993;10:1732–1737.
52 Barichello JM, Morishita M, Takayama K et al. Encapsulation of hydrophilic and lipophilic drugs in PLGA nanoparticles by the nanoprecipitation method. Drug Dev Ind Pharm 1999;25:471–476.
53 Reis CP, Neufeld JR, Ribeiro AJ et al. Nanoencapsulation I. Methods for preparation of drug-loaded polymeric nanoparticles. Nanomedicine 2006;2:8–21.
54 Rosca ID, Watari F, Uo M. Microparticle formation and its mechanism in single and double emulsion solvent evaporation. J Control Release 2004;99:271–280.
55 Gratton SE, Pohlhaus PD, Lee J et al. Nanofabricated particles for engineered drug therapies: A preliminary biodistribution study of PRINT nanoparticles. J Control Release 2007;121:10–22.
56 Rolland JP, Maynor BW, Euliss LE et al. Direct fabrication and harvesting of monodisperse, shape-specific nanobiomaterials. J Am Chem Soc 2005;127:10096–10100.
57 Park JH, Hong D, Lee J et al. Cell-in-shell hybrids: Chemical nanocapsulation of individual cells. Acc Chem Res 2016;49:792–800.
58 Yan Y, Björnmalm M, Caruso F. Assembly of layer-by-layer particles and their interactions with biological systems. Chem Mater 2014;26:452–460.
59 Kaebr B, Townsend JL, Kalinchm RM et al. Cellular complexity captured in durable silica biocomposites. Proc Natl Acad Sci USA 2012;109:17336–17341.
60 Xu S, Nie Z, Seo M et al. Generation of monodisperse nanoparticles by using microfluidics: Control over size, shape, and composition. Angew Chem Int Ed 2005;44:724–728.
61 Zhang M, Wang W, Xie R et al. Controllable microfluidic strategies for fabricating microparticles using emulsions as templates. Particuology 2016;24:18–31.
62 Deamer DW, Uster LS. Liposomes 1983;27:51. Liposome preparation: Methods and mechanism. In: Ostro MJ, ed. Liposomes. New York: Marcel Dekker, 1983:27–51.
63 Nii T, Ishii F. Encapsulation efficiency of water-soluble and insoluble drugs in liposomes prepared by the microencapsulation vesicle method. Int J Pharm 2005;298:198–205.
64 Olson F, Hunt CA, Szoka FC et al. Preparation of liposomes of defined size distribution by extrusion through polycarbonate membranes. Biochim Biophys Acta 1979;557:9–23.
65 Riaz M. Liposomes preparation methods. Pak J Pharm Sci 1996;9:65–77.
66 Szoka FJ, Papahadjopoulos D. Comparative properties and methods of preparation of lipid vesicles (liposomes). Annu Rev Biophys Bioeng 1980;9:467–508.
67 Jha AK, Yang W, Kim-Safran CB et al. Perlecan domain I-conjugated, hyaluronic acid-based hydrogel particles for enhanced chondrogenic differentiation via BMP-2 release. Biomaterials 2009;30:6966–6975.
68 Grohmann S, Rothe H, Frant M et al. Colloidal force spectroscopy and cell biological investigations on biomimetic polyelectrolyte multilayer coatings composed of chondroitin sulfate and heparin. Biomacromolecules 2011;12:1987–1997.
69 Burdick JA, Prestwich GD. Hyaluronic acid hydrogels for biomedical applications. Adv Mater 2011;23:H41–H56.
70 Chan BP, Li CH, Au-Yeung KL et al. A microplate compression method for elastic modulus measurement of soft and viscoelastic collagen microspheres. Ann Biomed Eng 2008;36:1254–1267.
71 Chen J, Irianto J, Imandar S et al. Cell mechanics, structure, and function are regulated by the stiffness of the three-dimensional microenvironment. Biophys J 2012;103:1188–1197.
72 Bracaglia LG, Fisher JP. Extracellular matrix-based biohybrid materials for engineering compliant, matrix-dense tissues. Adv Healthc Mater 2015;4:2475–2487.
73 Xu Q, Hashimoto M, Dang TT et al. Preparation of monodisperse biodegradable polymer microparticles using a microfluidic flow-focusing device for controlled drug delivery. Small 2009;5:1575–1581.
74 Ho CC, Keller A, Odell JA et al. Preparation of monodisperse ellipsoidal polystyrene colloids. Polym Sci 1993;271:469–479.
75 Champion JA, Mitragotri S. Role of target geometry in phagocytosis. Proc Natl Acad Sci US A 2006;103:4930–4934.
76 Sudimack J, Lee RJ. Targeted drug delivery via the folate receptor. Adv Drug Deliv Rev 2000;41:134–162.
77 Caruso F, Trau D, Mohwald H et al. Enzyme encapsulation in layer-by-layer engineered polymer multilayer capsules. Langmuir 2000;16:1485–1488.
78 Anseth KS, Bowman CN, Brannon-Peppas L. Mechanical properties of hydrogels and their experimental determination. Biomaterials 1996;17:1647–1657.
79 Hasirci V, Lewandowski KU, Bondre SP et al. High strength biore sorbable bone plates: Preparation, mechanical properties and in vitro analysis. Bio-Med Mater Eng 2000;10:19–29.
80 Schneider G, Decher G. Functional core-shell nanoparticles via layer-by-layer assembly. Investigation of the experimental parameters for controlling particle aggregation and for enhancing dispersion stability. Langmuir 2008;24:1778–1789.
81 Wang Y, Gao S, Ye WH et al. Co-delivery of drugs and DNA from cationic core-shell nanoparticles self-assembled from a biodegradable copolymer. Nat Mater 2006;5:791–796.
82 Jiang X, Brinker CJ. Aerosol-assisted self-assembly of single-crystal core/nanoporous shell particles as model controlled release capsules. J Am Chem Soc 2006;128:4512–4513.
83 Zhu Y, Shi J, Shen W et al. Stimuli-responsive controlled drug release from a hollow mesoporous silica sphere/polyelectrolyte multilayer core-shell structure. Angew Chem Int Ed Engl 2005;44:5083–5087.
84 Anselmo AC, Zhang M, Kumar S et al. Elasticity of nanoparticles influences their blood circulation, phagocytosis, endocytosis, and targeting. ACS Nano 2015;9:3169–3177.